Laser cladding process to enhanced surface properties of hot press forming die: A review

B Norhafzan¹,², C M Khairil¹ and S N Aqida³,⁴*

¹ Politeknik Muadzam Shah, Lebuhraya Tun Razak, 26700 Muadzam Shah, Pahang, Malaysia
² College of Engineering, University Malaysia Pahang,26600 Pekan, Pahang, Malaysia
³ Automotive Engineering Centre, Universiti Malaysia Pahang, 26600 Pekan, Pahang, Malaysia

*Corresponding author’s email: norhafzan23@gmail.com

Abstract. Laser cladding is one of the advance processes in laser surface treatments. The process involved a laser beam to combines another material that has different metallurgical properties on a substrate, whereby a very thin layer of the substrate has to be melted for it to achieve metallurgical bonding with minimal dilution of added material and substrate. The resulted properties were characterized by surface topography, subsurface microstructure, hardness, and residual stresses. The objective of this paper is to review the factors that affected of cladding process to get the best cladding, suitable to enhance hot press forming die surface and subsurface. The parameter control, metallurgical bonding between coating and substrate, and effect of powder size were discussed.

Keywords: Laser Cladding; Surface Properties; Hardness; Dilution.

1. Introduction
Surface properties for many engineering applications especially in the hot press forming industry are very important to endure high temperature, wear, and friction. Physical properties include time consumption, practicality and cost are among the factor that needs to be considered for engineering materials application. The most important criteria for the selection of die material are its resistance to plastic deformation, wear, and fatigue during operation. To provide resistance to wear, fatigue, and plastic deformation, the die hardness should be as high as possible. During hot forming, the dies soften and lose their hardness quickly if the temperature on the dies exceeds the tempering temperature [1].

Implementation of surface modification, treatments, or coatings is important to reduce the lubricant requirements and increase tool life. The heating and cooling processes in laser processing depend on the processing parameter, which affects the chemical composition, microstructures, and properties of materials [2]. The laser cladding was found to deliver excellent bonding, improve hardness, have no flaws, and produce new mechanical properties and high temperature stability of the cladding layer, which improved the lifetime of die. The laser cladding process provides and enhanced the surface hardness of the materials. The clad layer is stronger, due to higher dilution of the substrate [3]. Besides that, laser cladding also an effective method to produce microstructure refinement. A study in surface treatment shown grain refinement in cobalt alloy coating when Nano particles are added [2]. This paper presents a review on surface modification using the laser cladding technique. The effect of the
clad layer is used to modify the surface behavior of various materials to improved surface hardness and wear resistance. The metallurgical bonding between coating and substrate, and laser parameter control were presented.

2. Laser cladding
One of the techniques to modified or improved surface properties in advanced manufacturing is the laser cladding process. Laser cladding is one of the laser surface treatments. The laser surface treatments are based on a change of the material compositions or grain structure of the sub-surface layer, due to a heating and cooling cycle by a laser source [4]. The advantages of implement laser cladding are improved grain size, increased hardness, minimal dilution, and produce new surface properties. Laser cladding uses a laser heat source to produce the desired clad layer during laser processing. The deposited material can be transferred to the substrate by several methods such as pre-placed powder, powder injection, paste powder on the substrate, or wire feeding as shown in Figure 1. Laser cladding with powder injection is proven to be the most effective method for the produced clad layer. During the cladding process, the laser beam melts the powder particles and produces thin layer on the substrate [5]. Laser cladding can be used as a safe technology to repair die surfaces, especially on critical contact surfaces. Laser cladding also increases tool life and saves manufacturing costs.

![Figure 1](https://example.com/figure1.png)

Figure 1. Different methods of laser cladding: (a) placed powder laser cladding, (b) paste laser cladding, (c) powder injection laser cladding and (d) wire feeding laser cladding. [5]

3. Effects of laser parameters on cladding properties
Laser processing parameters affect the variation of hardness, microstructure and geometry of the clad layer. It is measured by metallurgical characterization and microhardness testing [6]. Important features in laser cladding are clad height and dilution. The parameters used to control the setting are laser power (P), velocity of moving laser beam (v), diameter of the laser beam (D), and preheating temperature of the substrate (T) [7]. Processing parameters are one of the methods to improve the cladding quality is using a different substrate, powder, and type of laser will gain a different
parameter. In order words, the different experimental parameters will lead to different microstructure [8]. Combining appropriate processing parameters such as peak power, overlapping factor, and pulse duration during the laser cladding process using a pulse laser is crucial to produce independent and uniform results. Other effects such as overlapping factors for the width and depth layer can be seen throughout the molten pool [9]. The selection of proper processing parameters is required to avoid high residual stress concentration [10]. Also, this parameter can help determine the clad profile, dilution of the cladding metal, a fusion between layer, homogeneity, and surface finish defect such as porosity, crack, etc. [11]. The clad characteristics such as height and width can be designed to get optimum metallurgical characteristics with maintain its maximum deposition rate [12]. The hardness of clad layer is much influence by the amount and type of powder used, and also involves the wear resistance of its clad layer which affects the hardness and wear resistance [13]. In pulse energy lasers, the formations of clad layer are mostly influenced by pulse energy itself. Pulse duration increased laser pulse and overlap are factors that affect the surface roughness of clad layer. It has been observed that a rougher surface is obtained with a large laser spot increment and overlap with shorter pulse duration. Smoother surface can be obtained in using small laser spot increment and overlap with the use of longer pulse duration [14]. Many researchers do research on preheating the substrate before cladding process. This is because many of them find that this is the most effective method that can reduce the cooling rate significantly. Without using this method first, the clad layer will most probably produce crack in the end result [15].

4. Metallurgical bonding and dilution in cladding

Other important factors in the performance of laser cladding are the dilution rate of single-track cladding. The dilution rate is large and a large amount of substrate material will be mixed to the coating thus affecting the properties of the coating. But, when a small dilution rate is applied, a good metallurgical bonding cannot be achieved in the interface between the clad layer and substrate. Approximately, the appropriate dilution rate of the laser cladding layer should be around 10% to 25% [15]. During the laser cladding process, the temperature in the middle of a single track is higher than on both sides of the track. Thus, the thickness in the middle of the layer is greater than both sides of the layer, as shown in Figure 2.

![Figure 2](image-url)

**Figure 2.** SEM micrograph (a) and (b) showing cross section morphology of one coating track. [10, 11].

The morphology of the cross-section layer can be divided into three regions, clad zone (CZ), heat affected zone of the substrate (HAZ) and the substrate [16]. The diluted zone reduces surface hardness and expandability between the clad layer and the substrate, which is expected to strengthen the adhesion of the layer to the substrate. The clad layer is free from pores and
cracks, with low dilution, homogeneous microstructure and good metallurgical bond to the interface region [11].

5. **Hardness properties**
Laser claddings are proven to increase surface hardness up to 4 times of the substrate due to secondary carbides, grain refinement, and hard non-equilibrium microstructure formation. During cladding process, the molten pool rapidly solidifies and produces a fine grain refinement [17]. From the previous study, the main reasons for the increase in microhardness in the hardness of the AISI 304 stainless steel/ Al$_3$O$_3$ composite coating on AISI 1045 steel are due to the strength solution effect of the Al element and also due to presence of martensite in the heat affected zone [18]. The increased surface hardness of the clad surface is due to the presence of martensite and fine unsaturated carbides in the microstructure [19]. The high hardness value of the substrate near the intermixed area is due to the rapid melting and solidification of steel resulting in martensite in these steels [20]. Reducing the particle size of powder will increase the hardness of the copper matrix composite by 47% compared to pure copper [21]. Figure 3 shows, various microhardness distribution on the cross-section of the laser cladding layer. Surface hardness increase in clad layer and rapidly decrease through HAZ to the substrate and constant low hardness in the base substrate. Higher hardness in clad layer due to rapid heating and cooling, where grain sizes were improved. While delay solidification in HAZ causes latent heat and produce low hardness in HAZ.

![Figure 3](image)

**Figure 3.** Various microhardness distribution curves on the cross section of the laser cladding layer. [22]

6. **Effects of powder sizes on cladding morphology**
Different sizes and types of powder give some effect on the microstructure of the clad layer. Table 1 shows the type of various powder and effect on claddings morphology. The main methods in the preparation of powder are to use high-energy ball milling technique. Powder size, morphology, uniformity as well as microstructure and properties of cladding property mainly been influenced by the milling time in the preparation of the powder itself [23].
Table 1. Type of powders used in various laser cladding and their effect on clad morphology.

| Reference | Type of powder            | Effect                                                        |
|-----------|---------------------------|---------------------------------------------------------------|
| [24]      | Chromium (Cr)             | Good cladding layer without defects (cracking and porosity), improve hardness and corrosion resistance |
| [14]      | Tungsten (WC)             | Improve wear resistance and decreased porosity in the coating |
| [25]      | Titanium (Ti)             | Microstructure becomes refine and uniform                     |
| [13]      | Copper, Molybdenum, Silicon (Cu, Mo, Si) | Improve hardness and wear resistance                         |

The magnified cross-sectional SEM morphologies of laser cladding coatings near the top surface after polishing with powders pre-milled with different time shown in Figure 4, the figure shows some effect on the microstructure of the coating. The powder was fabricated with a pre-mill for 1 hour shows course cellular and uniaxial phase. For the powder that pre-mill for 12 hours, present the dendrites as well as relatively slender cellular and uniaxial microstructure. The result from sample show that similar structure gain from pre-milled powder for 24 hours to that 12 hours but with smaller grain sizes.

![Figure 4](image.png)

Figure 4. The magnified cross-sectional SEM morphologies of laser cladding coatings near the top surface after polishing with powders pre-milled for (a) 1 h, (b) 12 h and (c) 24 h [23].
It can be concluded that different size of the powder to make the coating are composed of grain with different shape and size. It shows that different size of the powder produced clad layer with consisting of grain with different shape and size.

7. Conclusions
The study of various works in the laser cladding process indicates that parameter control, substrate preheating, sizes of the powder, type of powder and dilution rate affect the metallurgical bonding, wear-resistance and hardness of the coating layer. Therefore, to enhance surface properties of the HPF die material, the above factors should be emphasized. Using suitable parameters can produce hard layer with excellent metallurgical bonding to the substrate material, uniform composition and preferable coating thickness.

Acknowledgments
The authors would like to acknowledge the financial support from University Malaysia Pahang under RDU182203 UMP Flagship research grant and Politeknik Muadzam Shah Pahang.

References
[1] Altan T and Deshpande M 2011 Selection of die materials and surface treatments for increasing die life in hot and warm forging ERC for Net Shape Forming, Paper 1-32.
[2] Montealegre M, Castro G, Rey P, Arias J, Vázquez P and González M 2010 Surface treatments by laser technology Contemporary Materials, 1–19 30.
[3] da Silva M D, Partes K, Seefeld T and Vollertsen F 2012 Comparison of coaxial and off-axis nozzle configurations in one step process laser cladding on aluminum substrate Journal of Materials Processing Technology 212 2514-9.
[4] Schneider M F and Schneider M F 1998 Laser cladding with powder.
[5] Toyserkani E, Khajepour A and Corbin S F 2004 Laser cladding; CRC press.
[6] Santhanakrishnan S, Kong F and Kovacevic R 2011 An experimentally based thermo-kinetic hardening model for high power direct diode laser cladding Journal of Materials Processing Technology 211 1247-59.
[7] Bax B, Pauly C, Leibenguth P, Woll K and Mücklich F 2012 Synthesis of B2-RuAl coatings on mild steel by laser cladding Surface and Coatings Technology 206 3931-7.
[8] Lin P, Zhang Z and Ren L 2014 The mechanical properties and microstructures of AZ91D magnesium alloy processed by selective laser cladding with Al powder Optics & Laser Technology 60 61-8.
[9] Sahoo C K and Masanta M 2015 Effect of pulse laser parameters on TiC reinforced AISI 304 stainless steel composite coating by laser surface engineering process Optics and Lasers in Engineering 67 36-48.
[10] Farahmand P and Kovacevic R 2014 An experimental–numerical investigation of heat distribution and stress field in single-and multi-track laser cladding by a high-power direct diode laser Optics & Laser Technology 63 154-68.
[11] Bodd M R, Landers R G and Liou F W 2001 Control of laser cladding for rapid prototyping—A review. In: Proceedings of the Solid Freeform Fabrication Symposium, pp 6-8.
[12] Farayibi P, Folkes J, Clare A and Oyelola O 2011 Cladding of pre-blended Ti–6Al–4V and WC powder for wear resistant applications Surface and Coatings Technology 206 372-7.
[13] Peilei Z, Xiaopeng L, Yunlong L, Hua Y, Zhishui Y, Chonggui L and Qinghua L 2014 Microstructure and wear behavior of Cu–Mo–Si coatings by laser cladding Applied surface science 311 709-14.
[14] Huang S, Nolan D and Brandt M 2003 Pre-placed WC/ Ni clad layers produced with a pulsed Nd: YAG laser via optical fibres Surface and Coatings Technology 165 26-34.
[15] Wang D, Tian Z, Wang S, Shen L and Liu Z 2014 Microstructural characterization of Al2O3–13 wt.% TiO2 ceramic coatings prepared by squash presetting laser cladding on GH4169 superalloy Surface and Coatings Technology 254 195-201.
[16] Lei Y, Sun R, Tang Y and Niu W 2015 Microstructure and phase transformations in laser clad CrxSy/Ni coating on H13 steel Optics and Lasers in Engineering 66 181-6
[17] Cheng H, Yi J, Fang Z, Dai S and Zhao X 2013 Tribology property of laser cladding crack free Ni/WC composite coating Materials Transactions M2012237
[18] Xu P, Lin C, Zhou C and Yi X 2014 Wear and corrosion resistance of laser cladding AISI 304 stainless steel/Al2O3 composite coatings Surface and Coatings Technology 238 9-14
[19] Telasang G, Majumdar J D, Padmanabham G, Tak M and Manna I 2014 Effect of laser parameters on microstructure and hardness of laser clad and tempered AISI H13 tool steel Surface and Coatings Technology 258 1108-18
[20] España F A, Balla V K and Bandyopadhyay A 2010 Laser surface modification of AISI 410 stainless steel with brass for enhanced thermal properties Surface and Coatings Technology 204 2510-7
[21] Uddin S M, Mahmud T, Wolf C, Glanz C, Kolaric I, Volkmer C, Höller H, Wienecke U, Roth S and Fecht H-J 2010 Effect of size and shape of metal particles to improve hardness and electrical properties of carbon nanotube reinforced copper and copper alloy composites Composites Science and Technology 70 2253-7
[22] Norhafzan B, Aqida S, Chikarakara E and Brabazon D 2016 Surface modification of AISI H13 tool steel by laser cladding with NiTi powder Applied Physics A 122 1-6
[23] Wang L, Zhou J, Yu Y, Guo C and Chen J 2012 Effect of powders refinement on the tribological behavior of Ni-based composite coatings by laser cladding Applied Surface Science 258 6697-704
[24] Zhang H, Zou Y, Zou Z and Shi C 2014 Effects of chromium addition on microstructure and properties of TiC–VC reinforced Fe-based laser cladding coatings Journal of alloys and compounds 614 107-12
[25] Gao W, Zhao S, Wang Y, Zhang Z, Zhou C and Lin X 2015 Refinement of Fe-based alloy doped Ti cladding layer Surface and Coatings Technology 270 16-23